RESEARCH INTO HEAP LEACHING TECHNOLOGY OF GOLD-BEARING ORES AT THE VASILKOVSKY GOLD ORE DEPOSIT (KAZAKHSTAN)

**Purpose.** To study gold-bearing ores subjected to heap leaching technology to identify both free gold particles, as well as gold in aggregates and adhesions, which makes it possible to obtain data on the distribution of gold by its occurrence forms.

**Methodology.** Leaching process studies are conducted at the laboratory setup of the Institute of Metallurgy and Ore Beneficiation of the Ministry of Education and Science of the Republic of Kazakhstan. The gold particles are studied using an Axioscope A1 optical microscope on the polished thin section surface. The sample materials are taken from the heap leaching site of the Vasilkovsky gold ore deposit.

**Findings.** As a result of a microscopic test of a sample taken from the heap leaching site, ultrafine-dispersed and finely-dispersed gold particles have been found both in free form and in aggregates with waste rock and arsenical pyrite, as well as the fact of Au particles – “adhesions”, accumulated on a grain of the host waste rock. The size class of detected Au particles varies from 0.35 to 9.5 μm.

**Originality.** For the first time, according to the samples of gold-bearing ores of the Vasilkovsky gold ore deposit, a pattern of the gold distribution according to the forms of its occurrence has been revealed.

**Practical value.** The data obtained as a result of the research make it possible to predict the distribution of the gold form occurrence in other areas of the deposit. This can greatly simplify the conditions for its development, as well as adjust the technological process of leaching the gold-bearing ores and the main technological parameters of the heap leaching process.

**Keywords:** gold-bearing ores, heap leaching, gold, research, deposit

**Introduction.** Mining of precious metals in the Republic of Kazakhstan is performed both at placer and primary deposits, which implies a fundamental transition of technologies from traditional to physical-chemical and, above all, to heap leaching. Thanks to the latter, it is possible to significantly reduce capital investments and operating costs [1]. Heap leaching is usually applied to low-grade off-balance ores or old dumps formed as a result of stockpiling off-balance ore. Gold leaching is used in mining of small deposits, processing of old dumps, as well as low-grade off-balance ores. Not all ores are suitable for heap leaching. It is most efficient to recover gold and silver from silicified and calcareous sedimentary rocks, sandy dolomites and shales, quartz and volcanic rocks.

In world practice, when processing low-concentration gold-bearing ores, in recent decades, the heap leaching of gold with alkali metal cyanide solutions has been widely used, which expands the raw material base and improves the technical-and-economic performance of both existing and new gold mining enterprises, without significant capital costs [2, 3].

Heap leaching of gold, firstly implemented in the United States, was the beginning of a new stage in mining of gold ore deposits with a relatively low content of the precious metal, since this geotechnology, in comparison with traditional approaches, does not require such costly processes as grinding and preliminary concentrating of gold-bearing mineral raw materials. A special program developed by the United States Bureau of Mines (USBM), which provided for certain government benefits, loans within reasonable taxation, has contributed to the rapid development and implementation of a new technology for heap leaching of gold from low-grade ores in the US industry [4, 5].

Heap leaching, as a highly profitable and environmentally friendly gold mining process, has become a common gold mining practice in the USA, Canada, Australia, South Africa, China, Mexico, Chile, Portugal and many other countries. This technology is being implemented very quickly and very effectively. Despite the efficiency of the heap leaching process of gold recovery from the ores of most deposits in the Zabaykalsky Krai, Primorsky Krai, Uzbekistan, Tajikistan and other regions, the industrial development of heap leaching technologies for precious metals in the USSR was held back.
for a number of reasons. It was only in the early 1990s that the industrial development of heap leaching technology for gold-bearing raw materials began [6, 7].

In the mining industry of the Republic of Kazakhstan, geotechnological processes, such as heap leaching, have been developed relatively recently. As a result, the advantages of these ore processing methods have not been fully revealed [8]. Technological schemes for heap leaching process are relatively simple and low-cost compared to those used in gold recovery plants.

Most of the existing heap leaching enterprises use surface mined ore, which is the most economical method when mining the large low-grade ore deposits [9]. Depending on the material composition of the ore, the leaching material should have a certain particle size in order to ensure the necessary contact with the solution, as well as dissolution. The preliminary ore preparation can be excluded (in this case, the ore mined from the subsoil is sent to the pile), or crushing and agglomeration can be used [10]. Particular attention should be paid to the geomechanical monitoring system [11], which allows not only determining displacements and deformations of structures, but also assessing the geomechanical state of the earth's surface and rocks [12].

Ores at a number of precious metal deposits of Kazakhstan have significant hardness, as well as contain both free and invisible gold in arsenical pyrite and pyrite [13]. The presence of such gold causes high demands on the operation of the ore crushing and leaching cycle, as well as on the development of new ore preparation methods [14]. At the ore preparation stage, a significant amount of fines is formed, the presence of which sharply reduces the seepage of the solution through the ore layer in the pile during leaching.

The Vasilkovsky gold deposit is located in the contact zone of two granite intrusions of different ages: grandodiorite – granodioritic (Krykkuduk); gabbro – granodiorite – granitic (Borovsk).

The rocks of the Vasilkovsky ore field are intensively hydrothermally altered. Several mineralization stages have been revealed:

- preore – quartz – feldspar veins and veinlets;
- hydrothermal changes associated with spatial-temporal relations with ore quartz – arsenical pyrite veins (silicification, sericitization, chloritization, biotitization);
- postore stage of quartz – carbonate, carbonate – fluorite, carbonate – epidote veins.

The sequence of zoning the ore stage rocks is invariable – preore – feldspar veins and veinlets; postore stage of quartz – carbonate veins and veinlets; - hydrothermal changes associated with spatial-temporal relations with ore quartz – arsenical pyrite veins (silicification, sericitization, chloritization, biotitization);

The rocks of the Vasilkovsky ore field are intensively hydrothermally altered. Several mineralization stages have been revealed:

- preore – quartz – feldspar veins and veinlets;
- hydrothermal changes associated with spatial-temporal relations with ore quartz – arsenical pyrite veins (silicification, sericitization, chloritization, biotitization);
- postore stage of quartz – carbonate, carbonate – fluorite, carbonate – epidote veins.

The sequence of zoning the ore stage rocks is invariable.
time is 6 hours. The concentration of thiourea solution during percolation leaching of ore is varied from 2.5 to 40 g/dm³. Irrigation density is 50 dm³ per ton of ore. The process is conducted in two modes: percolation and immersion of the ore in the percolator, alternately flooding the ore for a day with sulfuric solutions of ferrous sulphate (III) and thiourea.

The gold particles are tested on an AxioScope A1 optical microscope designed to work with bright field, dark field, phase contrast, as well as Differential Interference Contrast (DIC) and its alternative PlusDIC.

Results and discussion. The maximum gold recovery without an oxidizing agent is observed when using leaching solutions containing, g/dm³: thiourea — 5.0 and urea 20.0, while when leaching separately with solutions of thiourea and urea solutions with a concentration of 20 g/dm³, 45.5 and 36.1 % of gold has been recovered, respectively. When using potassium bromide (20 g/dm³) as a solvent, the recovery of Au is 40.5 %.

The use of a sodium chloride solution in combination with an oxidizing agent such as ferric chloride makes it possible to obtain a maximum recovery of 28.1 % gold at a FeCl₃ concentration of 7.5 g/dm³.

The admixture of Fe(III) as an oxidizing agent in the amount of 2.5 g/dm³ in solutions of urea (5 g/dm³), thiourea (5 g/dm³) and in their mixtures significantly increases the recovery of gold, up to 80.0, 80.2, 82.6 %, respectively. With an increase in the concentration of Fe(III), the recovery of gold decreases, since the maximum concentration of Fe₂(SO₄)₃ in urea solutions is 0.32 %, and thiourea — 0.4 %. An increase in these concentrations of reagents during gold leaching leads to a decrease in the process efficiency.

The variety of gold grains can be characterized as ultrafine-dispersed (0.1–1.0 μm) and finely-dispersed (1.0–10.0 μm) — according to the classification by N. V. Petrovskaya “Samorodnoe zoloto” (Native gold).

The shape of gold particles is varied: elongated, monolithic, isometric, irregular oval, filiform. The contours are both smooth and uneven with jagged edges. The surface of the particles is both clean hummocky and without roughness. The only case of the so-called “flour gold” is noted, which has oxidation films on its surface (Fig. 1).

As a result of a microscopic test using an AxioScope A1 optical microscope, on the polished thin section surface formed from this material, 1 “adhesion” fact and 23 gold particles have been identified. They include:

- particles in free form (33.33 %) — grain size from 0.35 to 3.05 μm, that is ultrafine-dispersed, finely-dispersed gold;
- 3 particles in aggregates with arsenical pyrite (12.5 %), Au size from 0.45 to 9.5 μm;
- 12 particles in aggregates with waste rock (50.0 %). The grain size varies within Au from 0.45 to 2.6 μm;

As a result of a microscopic test of a sample taken from the heap leaching site — 11, dated November 06, 2019, ultrafine-dispersed and finely-dispersed gold particles have been found both in free form (Figs. 1, a, b), and in aggregates with waste rock and arsenical pyrite, as well as the fact of accumulated Au particles — “adhesions” on the grain of the host waste rock (Figs. 2—4). The size of the Au particles found in the product varies from 0.35 to 9.5 μm.

The size of gold particles is one of its most important technological characteristics. Based on the behavior of gold in subsequent technological operations of ore processing, three groups are conditionally distinguished by size:

- coarse gold with a size of gold particles over 0.07 mm;
- fine gold with a particle size from 0.01 to 0.07 mm;
- finely-dispersed gold with a size of less than 0.01 mm.

During ore grinding, coarse gold is freed from its bond with rock and minerals. It is easily captured during gravity concentration, but it floats poorly and slowly dissolves in cyanide leaching processes.

Fine gold in crushed ore is partly in a free form, and partly in aggregates with other minerals. Fine free gold floats well, dissolves quickly in the cyanide leaching process, but is difficult to recover by gravity methods. The flotation activity of such gold is determined by the flotation properties of the mineral associated with it.

Finely-dispersed gold, associated in most cases with sulphide minerals, is only slightly opened during ore grinding, and the bulk of it remains in minerals. During cyanide leaching process, such gold does not dissolve, but in the processes of gravity and flotation it is recovered together with carrier minerals.

The coarsest gold grains have been found in marginal aggregate with arsenical pyrite, the parameters of which are Au 9.15 × 9.5 μm.

Based on the data obtained, 65.22 % is of the “1.0–10.0 μm” class — finely-dispersed gold, which is 30.44 % more than in the “0.1–1.0 μm” class — ultrafine-dispersed gold according to the classification by N.V. Petrovskaya “Samorodnoe zoloto” (Native gold).

From the data obtained on the distribution of gold according to the size of its occurrence in the sample, it can be argued that 29.16 % is the so-called “virgin” gold. There is a single case of the so-called “flour gold”, which has oxidation films on its surface — 4.17 %. Au aggregates with host waste rock — 50.0 %, of which 37.5 % belongs to aggregates represented by “core inclusions”. The percentage ratio of free gold

![Fig. 1. Free gold particles: a — in polystyrene; b — covered with an oxidation film](image1)

![Fig. 2. Gold in aggregates with arsenical pyrite](image2)
in relation to gold in aggregates is 33.33 : 66.67 %, respectively. The shape of gold particles is varied: elongated, monolithic, isometric, irregular oval, filiform. The contours are both smooth and uneven with jagged edges. The surface of the particles is both clean hummocky and without roughness.

In turn, corroded particles of metal scrap Fe (percentage ratio – 10.4 % of the total amount of test grains, excluding waste rock particles), as well as free particles of silver Ag – 0.7 % occur repeatedly.

Since the sample material is taken from the heap leaching site, most of the host waste rock grains of the product are yellow-ochre to vermilion red in color (Fig. 5). The reason for staining is the presence in it of a sufficiently large percentage of goethite-hydrogoethite aggregates — 13.6 %, which are oxidation zones closely associated with each other and other minerals, and the presence of an equally high content of artificial iron (metal scrap fragments) — 10.4 %.

The size of the largest metal scrap fragment — Fe from this sample, reaches 1253 μm (Fig. 6), while the maximum size of sulphide minerals, in particular arsenical pyrite, reaches...
860 µm. Non-metallic components are represented by prevailing quartz, mica,feldspars, carbonates, chloride and sericite. Since the sample material is taken from the heap leaching site, most of the host waste rock grains of the product are yellow-ochre to vermilion red in color (Fig. 6). The reason for staining is the presence in it of a sufficiently large percentage of goethite-hydrogoethite aggregates – 13.6 %, which are oxidation zones closely associated with each other and other minerals, and the presence of an equally high content of artificial iron (metal scrap fragments) – 10.4 %.

Characteristics of associated components in ore are presented in the order of their occurrence:
- sulphides: arsenical pyrite – Ars (FeAsS), pyrite – Py (FeS2), chalcopyrite – Cp (CuFeS2), rarely: bismuthinite – Bi2S3 and secondary copper sulphide (covelinite and digenite) – cov/dig (CuS/Cu2S); - iron oxides and hydroxides: goethite/hydrogoethite – goe/hydrog (HFeO2/HFeO2ag), magnetite – Mgt (Fe3O4), hematite – Hm (αFe2O3), as well as rutile – TiO2 and titanomagnetite (Ti-Mgt) in direct association with ulvospinel and leucoxene – Ti-Mgt/ulvosp/leucox.

Along with this, quite often, zircon ZrSiO4 grains are identified, which are presented in the form of well-faceted arrow-headed minerals of a long-prismatic and dipyramidal habitus, both regular shape, retaining its contours, and partially destroyed shape (marginol remnants).

In turn, corroded particles of metal scrap Fe (percentage ratio – 10.4 % of the total amount of test grains, excluding waste rock particles), as well as free particles of silver Ag – 0.7 % occur repeatedly.

The form of gold particle occurrence in a sample taken from the heap leaching site – 11, dated November 06, 2019, is shown in Table, and the distribution of gold according to the forms of its occurrence in a sample taken from the heap leaching site is shown in Fig. 7.

As can be seen from the diagram, gold in aggregates with waste rock has the maximum distribution (37.5 %), free gold is 8 % less. Gold has an equal distribution (12.5 %) in aggregates with waste rock, in marginal aggregates and in aggregates with arsenic pyrite. At the same time, free flour gold and gold “adhesions” on the grain of the host waste rock have an equal distribution (4.17 %).

When calculating the ratio of Au particles to a particular size class, the fact of accumulated gold particles of “adhesion” is not included. Since it is impossible to determine the parameters of gold particles due to their unnatural “smeared” shape (the original size of Au particles has not been saved).

The gold content in the bulk gravity-flotation concentrate has the maximum distribution (37.5 %), free gold is 37–47 %, pyrite is up to 10 %.

Conclusions. Based on the conducted research results, it can be concluded that the ores of the Vasilikovsky deposit belong to the type of low-sulphide gold-bearing ores, and the only valuable component of which is gold. The content of gold in the ores varies within sufficient limits for their industrial development. Bismuth, as an associated element, occurs in small quantities.

A characteristic peculiarity of the ore is a very thin dissemination of sulphides in the host rocks and a close association of gold with sulphides, such as arsenical pyrite and chalcopyrite. The finest inclusions of gold are identified in rock-forming minerals, such as quartz. The bulk of gold in ores is in a bound form in aggregates and enclosed in sulphides. The presence of gold in the ore, finely disseminated and dispersed in gold sulphides, determines their stability and presents certain difficulties in the development of gold recovery technology.

Gold in aggregates with waste rock has the maximum distribution (37.5 %). From the data on the distribution of gold according to the forms of its occurrence in the sample, it has been determined that 29.16 % is the so-called “virgin” gold. There is a single case of the so-called “flour gold”, which has oxidation films on its surface – 4.17 %.

Acknowledgments. We would like to express our gratitude to Academic Advisor, Candidate of Technical Sciences, Professor Arystan Ibatolla Daiyrovich for valuable advice in planning the research and recommendations on the design of this paper. The team of authors is also very grateful to the colleagues involved in organizing the experiments.

References.
1. Bitinbaev, M., & Bahmagambetova, G. (2021). Development of innovative technology for continuous heap leaching of gold. Bulletin of the National Engineering Academy of the Republic of Kazakhstan, 80(2), 130-135. [https://doi.org/10.47533/2020.1606-146x.95]
